

\((\text{Ga}_{54.59}\text{In}_{44.66}\text{Er}_{0.75})_2\text{S}_{300}\) single crystal: novel material for detection of \(\gamma\)-radiation by photoinduced nonlinear optical method

I. V. Kityk\(^1\)· V. V. Halyan\(^2\)· A. H. Kevshyn\(^2\)· I. A. Ivashchenko\(^3\)· I. D. Olekseyuk\(^3\)· O. O. Lebed\(^4\)· G. Lakshminarayana\(^5\)· M. Piasecki\(^2,6\)

Received: 11 May 2017 / Accepted: 29 May 2017 / Published online: 1 June 2017 © The Author(s) 2017. This article is an open access publication

Abstract It was shown a possibility to use the \((\text{Ga}_{54.59}\text{In}_{44.66}\text{Er}_{0.75})_2\text{S}_{300}\) single crystal as optoelectronics detectors of gamma-irradiation using photoinduced nonlinear optical methods and photoluminescence. The crystal was irradiated by a \(^{60}\text{Co}\) source at ambient conditions. The average energy of the incident \(\gamma\)-rays was about 1.25 MeV. The luminescence excitation was carried out using a 150 mW cw laser with wavelength 532 nm. The best results sensitive to the gamma irradiation were obtained for the third harmonic generations (THG) of the materials treated by bicolor Er: glass laser two beams propagated at angles about 21°–24°. The photoinduced gratings profile also were explored and their correlation with the gamma radiation and nonlinear optical response were explored. Comparison of photoluminescence and photoinduced nonlinear optical sensitivity to radiations was performed.

1 Introduction

The application of the optical methods for detection of gamma radiation is a promising way for the radiation monitoring [1–3]. These methods are high sensitive and selective, quick and may be used in the different environments.

Compared to the commonly used methods our new attempt: the application of the \((\text{Ga}_{54.59}\text{In}_{44.66}\text{Er}_{0.75})_2\text{S}_{300}\) crystal as the detector material along with photoinduced nonlinear optical method significantly improve the sensitivity to the dose of radiation.

For this reason more important is to use several optical parameters. Normally it is used photoluminescence and one can expect the possible use of photoinduced nonlinear optics [4]. The latter is very sensitive because allows to monitor the higher excited states, take into account contribution of the photopolarized states [5].

Usually, for the radiation, the sensitivity is caused by the presence of the defects states, rare earth dopants, vacancies etc. [6].

New materials and the study of their properties is one of the main directions of modern radiation materials science. The introduction of dopants to binary and ternary compounds [7–10], including rare earth metals [10–12], is a prerequisite for the manufacture of novel optoelectronics radiation detectors. In addition, scientists are paying special attention to the properties of crystalline and amorphous media that are able to consistently show high-intensity photoluminescence and non-linear optical properties under the influence of irradiation [13, 14]. The mechanisms of fluorescent emission and non-linear optical effects are most sensitive to \(\gamma\)-rays due to their high penetrating ability.

Therefore the development of radiation-resistant materials and their implementation in space technologies and optoelectronics is one of the main goals of radiation physics.

* I. V. Kityk
iwank74@gmail.com

1 Institute of Optoelectronics and Measuring Systems, Faculty of Electrical Engineering, Czestochowa University of Technology, Armii Krajowej 17, 42-217 Czestochowa, Poland
2 Department of Experimental Physics, Eastern European National University, Lutsk, Ukraine
3 Department of Inorganic and Physical Chemistry, Eastern European National University, Lutsk, Ukraine
4 National University for Water Economy and Nature Management, Rivne, Ukraine
5 Wireless and Photonic Networks Research Centre, Faculty of Engineering, Universiti Putra Malaysia, 43400 Serdang, Selangor, Malaysia
6 Institute of Physics, J. Długosz University Częstochowa, Armii Krajowej 13/15, 42-217 Częstochowa, Poland
and materials science of optoelectronics radiation sensitive materials.

Our previous investigations of the Ga₃S₃–In₂S₃ system [15] found two ternary compounds, GaInS₃ and Ga₀.7In₁.3S₃. GaInS₃ forms in a peritectic reaction L + In₂S₃ ↔ GaInS₃ at 1190 K, crystallizes in the hexagonal symmetry, SG P6₁, \(a=0.6655(4) \text{ nm}, c=1.7950(3) \text{ nm}\), and has a homogeneity region that stretches within 47–57 mol% In₂S₃ at 820 K. An Erbium-doped single crystal of the GaInS₃ phase, (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀, was grown using the technique described in detail in [15].

We used X-ray photoelectron spectroscopy (XPS) to investigate core-level and valence-band spectra of pristine and Ar⁺ ion-bombarded surfaces of the (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀ single crystal [16]. It was determined that the single crystal is very resistant to Ar⁺ ion-bombardment. For instance, such treatment did not cause any substantial changes of the binding energies of the core-level electrons, or of the shape of XPS core-level and valence-band spectra. It was suggested in [16] that the addition of Erbium into the (Ga₅₅In₄₅)₂S₃₀₀ lattice does not lead to significant changes in the particularities of the chemical bonding of the original (undoped) single crystal.

The objective of this work is to study the possibility to apply photoinduced third harmonic generation and to compare it with the photoluminescence spectra of non-irradiated and Ar⁺ ion-irradiated surfaces of the (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀ single crystal [16]. It was determined that the single crystal is very resistant to Ar⁺ ion-bombardment. For instance, such treatment did not cause any substantial changes of the binding energies of the core-level electrons, or of the shape of XPS core-level and valence-band spectra. It was suggested in [16] that the addition of Erbium into the (Ga₅₅In₄₅)₂S₃₀₀ lattice does not lead to significant changes in the particularities of the chemical bonding of the original (undoped) single crystal.

The objective of this work is to study the possibility to apply photoinduced third harmonic generation and to compare it with the photoluminescence spectra of non-irradiated and Ar⁺ ion-irradiated surfaces of the (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀ single crystal [16]. It was determined that the single crystal is very resistant to Ar⁺ ion-bombardment. For instance, such treatment did not cause any substantial changes of the binding energies of the core-level electrons, or of the shape of XPS core-level and valence-band spectra. It was suggested in [16] that the addition of Erbium into the (Ga₅₅In₄₅)₂S₃₀₀ lattice does not lead to significant changes in the particularities of the chemical bonding of the original (undoped) single crystal.

The objective of this work is to study the possibility to apply photoinduced third harmonic generation and to compare it with the photoluminescence spectra of non-irradiated and Ar⁺ ion-irradiated surfaces of the (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀ single crystal [16]. It was determined that the single crystal is very resistant to Ar⁺ ion-bombardment. For instance, such treatment did not cause any substantial changes of the binding energies of the core-level electrons, or of the shape of XPS core-level and valence-band spectra. It was suggested in [16] that the addition of Erbium into the (Ga₅₅In₄₅)₂S₃₀₀ lattice does not lead to significant changes in the particularities of the chemical bonding of the original (undoped) single crystal.

The objective of this work is to study the possibility to apply photoinduced third harmonic generation and to compare it with the photoluminescence spectra of non-irradiated and Ar⁺ ion-irradiated surfaces of the (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀ single crystal [16]. It was determined that the single crystal is very resistant to Ar⁺ ion-bombardment. For instance, such treatment did not cause any substantial changes of the binding energies of the core-level electrons, or of the shape of XPS core-level and valence-band spectra. It was suggested in [16] that the addition of Erbium into the (Ga₅₅In₄₅)₂S₃₀₀ lattice does not lead to significant changes in the particularities of the chemical bonding of the original (undoped) single crystal.

The objective of this work is to study the possibility to apply photoinduced third harmonic generation and to compare it with the photoluminescence spectra of non-irradiated and Ar⁺ ion-irradiated surfaces of the (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀ single crystal [16]. It was determined that the single crystal is very resistant to Ar⁺ ion-bombardment. For instance, such treatment did not cause any substantial changes of the binding energies of the core-level electrons, or of the shape of XPS core-level and valence-band spectra. It was suggested in [16] that the addition of Erbium into the (Ga₅₅In₄₅)₂S₃₀₀ lattice does not lead to significant changes in the particularities of the chemical bonding of the original (undoped) single crystal.

The objective of this work is to study the possibility to apply photoinduced third harmonic generation and to compare it with the photoluminescence spectra of non-irradiated and Ar⁺ ion-irradiated surfaces of the (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀ single crystal [16]. It was determined that the single crystal is very resistant to Ar⁺ ion-bombardment. For instance, such treatment did not cause any substantial changes of the binding energies of the core-level electrons, or of the shape of XPS core-level and valence-band spectra. It was suggested in [16] that the addition of Erbium into the (Ga₅₅In₄₅)₂S₃₀₀ lattice does not lead to significant changes in the particularities of the chemical bonding of the original (undoped) single crystal.

The objective of this work is to study the possibility to apply photoinduced third harmonic generation and to compare it with the photoluminescence spectra of non-irradiated and Ar⁺ ion-irradiated surfaces of the (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀ single crystal [16]. It was determined that the single crystal is very resistant to Ar⁺ ion-bombardment. For instance, such treatment did not cause any substantial changes of the binding energies of the core-level electrons, or of the shape of XPS core-level and valence-band spectra. It was suggested in [16] that the addition of Erbium into the (Ga₅₅In₄₅)₂S₃₀₀ lattice does not lead to significant changes in the particularities of the chemical bonding of the original (undoped) single crystal.

The objective of this work is to study the possibility to apply photoinduced third harmonic generation and to compare it with the photoluminescence spectra of non-irradiated and Ar⁺ ion-irradiated surfaces of the (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀ single crystal [16]. It was determined that the single crystal is very resistant to Ar⁺ ion-bombardment. For instance, such treatment did not cause any substantial changes of the binding energies of the core-level electrons, or of the shape of XPS core-level and valence-band spectra. It was suggested in [16] that the addition of Erbium into the (Ga₅₅In₄₅)₂S₃₀₀ lattice does not lead to significant changes in the particularities of the chemical bonding of the original (undoped) single crystal.

The objective of this work is to study the possibility to apply photoinduced third harmonic generation and to compare it with the photoluminescence spectra of non-irradiated and Ar⁺ ion-irradiated surfaces of the (Ga₅₄.₅₉In₄₄.₆₆Er₀.₇₅)₂S₃₀₀ single crystal [16]. It was determined that the single crystal is very resistant to Ar⁺ ion-bombardment. For instance, such treatment did not cause any substantial changes of the binding energies of the core-level electrons, or of the shape of XPS core-level and valence-band spectra. It was suggested in [16] that the addition of Erbium into the (Ga₅₅In₄₅)₂S₃₀₀ lattice does not lead to significant changes in the particularities of the chemical bonding of the original (undoped) single crystal.
different doses of γ-rays at ambient temperature under laser excitation with 532 nm wavelength.

Strong emission bands are observed in the visible and near-IR regions, with maxima at 810 and 1540 nm which correspond to the radiation transitions of Erbium ions, \( ^{4}I_{9/2} \rightarrow ^{4}I_{15/2} \) and \( ^{4}I_{13/2} \rightarrow ^{4}I_{15/2} \) respectively. The location and shape of the emission spectra in all samples are the same, the intensities of both peaks increase at radiation dose 2500 Gy. With increasing the dose of irradiation till 5060 Gy, the intensity of the peak at 810 nm is almost unchanged (comparatively with the intensity of the photoluminescence of the single crystal specimen irradiated by dose 2500 Gy) (Fig. 2a), and the intensity of the maximum at 1540 nm slightly decreases (Fig. 2b).

The diagram of energy levels of the \( \text{Er}^{3+} \) ions (Fig. 3) was employed to understand the emission mechanism. The excitation with 532 nm wavelength boosts erbium ions from the ground state to \( ^{2}H_{11/2} \).

Erbium ions cannot undergo non-radiative relaxation to \( ^{4}I_{9/2} \) state which is responsible for the 810 nm emission due to high energy distance between the states \( ^{4}S_{3/2} \rightarrow ^{4}F_{9/2} \) and \( ^{4}F_{9/2} \rightarrow ^{4}I_{9/2} \). Therefore, the excitation of states \( ^{4}I_{9/2} \) is resulted from the cross-relaxation process.

The cross-relaxation involves adjacent erbium ions in the states \( ^{2}H_{11/2} \) and \( ^{4}I_{15/2} \), after which the former ion transits to \( ^{4}I_{9/2} \) state, and the other to \( ^{4}I_{13/2} \) state according to the formula:

\[
^{2}H_{11/2} + ^{4}I_{15/2} \rightarrow ^{4}I_{9/2} + ^{4}I_{13/2}
\]  

(1)

The diagram (Fig. 3) shows that such mechanism results in large numbers of erbium ions in excited states \( ^{4}I_{9/2}, ^{4}I_{13/2} \) which are involved in the luminescent emission. Additionally, we suggest that high radiation doses (2500, 5060 Gr)
generate a substantial concentration of phonons with energy and momentum that are necessary for the cross-relaxation of adjacent erbium ions. Therefore luminescence intensity would increase at higher radiation doses, as observed in Fig. 2.

Unlike the single crystal that was investigated in this work, the glassy sulfide alloys [11, 12] exhibit many emission bands but with lower intensity. This is because erbium ions in glasses may occupy several positions, and each may provide photoluminescent radiation. Also, γ-irradiation of the glasses [17] changes the mechanism of the luminescence emission. Whereas, no significant changes in the luminescence spectra were found after γ-irradiation of the (Ga_{54.59}In_{44.66}Er_{0.75})_{2}S_{300} single crystal, which determines its advantage in radiation resistance for the possible applications in optoelectronics.

3.2 Non-linear optical properties (third harmonic generation)

Contrary to the materials, which use only the photoluminescence in the present work we will try to propose some multi-functional materials. For instance, a material, which possesses additionally the high photoinduced nonlinear optical sensitivity. That means—it may be used at least two independent methods. The first one was more traditional PL described above and the second one was connected with the photoinduced nonlinear optics using a photoinducing beams of the coherent beams with two coherent wavelengths at 1540 and 770 nm. The beams correspond to the fundamental and doubled frequency (due to second harmonic generation) of Er: glass 20 ns laser beam diameter about 3 mm and of the Gaussian like form with

![Fig. 4](image.png)
frequency repletion 10 Hz and wavelength 1540 nm using a scheme similar to the described in the Ref. [18]. We have found that for the titled crystal the optimal angle was varied within the degree and the process of the duration treatment up to 2–3 min and additionally the dc-electric field with frequency 50 Hz and voltage about 2 kV was applied.

As a consequence after the treatment there occurred the space grating. For the different radiation doses, they are shown in the Figs. 4 and 5. One can see that depending on the gamma radiation doses the general view of this picture were substantially different. First of all the space distribution of the diffracted beams were quite different. The shapes of the optical quasi-interferometer reflexes as well as their space frequencies also were quite different and the studied third harmonic generation for fundamental wave-lengths 1540 nm have shown some correlation with the dose dependence the third harmonic maxima. So the laser induced bicolor coherent gratings may be very crucial here. And as for the case of photoluminescence (Fig. 2) the maximal value are obtained for the dose 2520 Gy. So one can say about the existence of some maxima in optoelectronic parameters versus the gamma radiation doses.

The such differ cases are also caused by a fact that for the nonlinear optical responses the contributions are presented both from active nonlinear optical polyhedral and surrounding long range ordered background [19, 20]. As a consequence [21], these contributions should be more sensitive.

4 Conclusions

The novel type of the optoelectronics materials for sensing of gamma-radiation is proposed based on (Ga54.59In44.66Er0.75)2S300 single crystal. The strong emission bands detected at 810 and 1540 nm correspond to the radiation transitions $^1_{4}S_{3/2}$ $\rightarrow ^1_{4}I_{15/2}$, $^1_{4}I_{13/2}$ $\rightarrow ^1_{4}I_{15/2}$ of Erbium ions, respectively. At the same time use of the two bicolor treatment by Er: glass laser at 1540/770 nm of the THG have shown that the photoinduced nonlinear optical method gives higher sensitivity. The obtained data allow proposing the bicolor treated methods for detection of the gamma radiation as more efficient tools for radiation detection with respect to the traditional photoluminescent methods.

Acknowledgements This research was supported by Ministry of Education and Science of Ukraine under project number 0116U004569.

Open Access This article is distributed under the terms of the Creative Commons Attribution 4.0 International License (http://creativecommons.org/licenses/by/4.0/), which permits unrestricted use, distribution, and reproduction in any medium, provided you give appropriate credit to the original author(s) and the source, provide a link to the Creative Commons license, and indicate if changes were made.

References

1. K. El Zawawi, N. Rabie, K. Sedeek, A. Adam, M.A. Mahdy, Influence of gamma radiation on the optical properties of ZnSe nanocrystalline thin films. J. Mater. Sci. 22(8), 1195–1202 (2011)
2. A. Sudha, S.L. Sharma, S.D. Sharma, Study of structural, optical and electrical properties of gamma irradiated In$_2$O$_3$ thin films for device applications. J. Mater. Sci. 28(6), 4619–4624 (2017)
3. K.M. Chintala, S. Panchal, P. Rana, R.P. Chauhan, Structural, optical and electrical properties of gamma-rays exposed selenium nanowires. J. Mater. Sci. 27(8), 8087–8093 (2016)
4. A.V. Syuy, N.V. Sidorov, A.Yu. Gaponov, V.I. Panfilov, M.N. Palatnikov, The use of photoinduced light scattering for the evaluation of photoelectric fields in lithium niobate crystals. Opt. Spectrosc. 114(5) 775–777 (2013)
5. W. Gruhn, J. Ebothe, I.V. Kityk, Photoinduced non-linear optics diagnostic of the InBr films doped by Al, In and Sn. Vacuum 74(2), 331–334 (2004)
6. T. Chuenpee, O. Nishikawa, Y. Kon, K. Ninagawa, S. Toyoda, T. Ogata, T. Uchida, I. Takashima, Gamma radiation-induced thermoluminescence, trace element and paramagnetic defect of quartz from the Sambagawa metamorphic belt, Central Shikoku, Japan. Appl. Radiat. Isot. 120, 30–39 (2017)
7. M. Piaecki, M.G. Brik, I.E. Barchiy, K. Ozga, I.V. Kityk, A.M. El-Naggar, A.A. Albassam, T.A. Malakhovskaya, G. Lakshminarayana, Band structure, electronic and optical features of Tl$_x$Sn$_{1-x}$I$_2$ (X=S, Te) ternary compounds for optoelectronic applications. J. Alloys Compd. 710, 600–607 (2017)
8. A.H. Kevshyn, V.V. Halyan, H. Ye, Davydyuk, O.V. Parasyuk, I.I. Mazurets, Concentration dependence of the optical properties of glassy alloys in the HgS–Ga$_2$S$_3$–GeS$_2$ system. Glass Phys. Chem. 36, 27–32 (2010)
9. M. Piaecki, G.L. Myronchuk, O.V. Zamurueva, O.Y. Khyzhun, O.V. Parasyuk, A.O. Fedorchuk, A. Albassam, A.M. El-Naggar, I.V. Kityk, Huge operation by energy gap of novel narrow band gap Tl$_x$In$_{1-x}$Bi$_2$Se$_3$ (B = Si, Ge): DFT, X-ray emission and photococonductivity studies, Mater. Res. Express 3 025902 (2016)
10. I.A. Ivashchenko, I.V. Danyliuk, I.D. Olekseyuk, V.V. Halyan, Phase equilibria in the quasi-ternary system $\text{Ag}_2\text{Se}–\text{Ga}_2\text{Se}_3–\text{In}_2\text{Se}_3$ and physical properties of $(\text{Ga}_{0.6}\text{In}_{0.4})_2\text{Se}_3$, $(\text{Ga}_{0.89}\text{In}_{0.11})_2\text{Se}_3$ single crystals. J. Solid State Chem. 210, 102–110 (2014)

11. V.V. Halyan, V.V. Strelchuk, V.O. Yukhymchuk, A.H. Kevshyn, G. Ye. Davydyuk, M.V. Shevchuk, S.V. Voronyuk, Role of structural ordering on optical properties of the glasses $\text{Ag}_{0.05}\text{Ga}_{0.05}\text{Ge}_{0.95}\text{S}_2–\text{Er}_2\text{S}_3$. Phys. B 411, 35–39 (2013)

12. V.V. Halyan, I.V. Kityk, A.H. Kevshyn, I.A. Ivashchenko, G. Lakshminarayana, M.V. Shevchuk, A. Fedorchuk, M. Piasecki, Effect of temperature on the structure and luminescence properties of $\text{Ag}_{0.05}\text{Ga}_{0.05}\text{Ge}_{0.95}\text{S}_2–\text{Er}_2\text{S}_3$ glasses. J. Lumin. 181, 315–320 (2017)

13. Iu. Nasieka, V. Strelchuk, M. Boyko, V. Voevodin, A. Vierovkin, A. Rybka, V. Kutnyi, S. Dudnik, V. Gritsina, O. Opalev, V. Strel’ntsikij, Raman and photoluminescence characterization of diamond films for radiation detectors. Sens. Actuators A 223, 18–23 (2015)

14. A. Antony, S. Pramodini, P. Pournesh, I.V. Kityk, A.O. Fedorchuk, G. Sanjeev, Influence of electron beam irradiation on nonlinear optical properties of Al doped ZnO thin films for optoelectronic device applications in the cw laser regime. Opt. Mater. 62, 64–71 (2016)

15. I.A. Ivashchenko, I.V. Danyliuk, I.D. Olekseyuk, V.Z. Pankevych, V.V. Halyan, Phase equilibria in the quasiternary system $\text{Ag}_2\text{Se}–\text{Ga}_2\text{Se}_3–\text{In}_2\text{Se}_3$ and optical properties of $(\text{Ga}_{0.49}\text{In}_{0.46}\text{Er}_{0.05})_2\text{S}_{300}$ single crystals. J. Solid State Chem. 227, 255–264 (2015)

16. O.Y. Khyzun, V.V. Halyan, I.V. Danyliuk, I.A. Ivashchenko, Electronic structure of $(\text{Ga}_{0.45}\text{In}_{0.55})_2\text{S}_{300}$ and $(\text{Ga}_{0.49}\text{In}_{0.44}\text{Er}_{0.01})_2\text{S}_{300}$ single crystals. J. Mater. Sci. 27, 3258–3264 (2016)

17. V.V. Halyan, A.A. Konchits, B.D. Shamina, S.V. Krasnovyd, O.O. Lebed, A.H. Kevshyn, M.V. Shevchuk, A.V. Bodnaruk, V.O. Yukhymchuk, EPR of $\gamma$-induced defects and their effects on the photoluminescence in the glasses of the $\text{Ag}_{0.05}\text{Ga}_{0.05}\text{Ge}_{0.95}\text{S}_2–\text{Er}_2\text{S}_3$ system, Radiat. Phys. Chem. 115, 189–195 (2015)

18. M.K. Balakirev, I.V. Kityk, V.A. Smirnov, L.I. Vostrikova, J. Ebothe, Anisotropy of the optical poiling of glass. Phys. Rev. A 67, 023806 (2003)

19. F. Bures, H. Cermakova, J. Kulhanek, M. Ludwig, W. Kuznik, I.V. Kityk, T. Mikysek, A. Ruzicka, Structure-property and nonlinear optical effects in donor-substituted dicyanopyrazine-derived push-pull chromophores with enlarged and varied $\pi$-linkers, Eur. J. Organic Chem. 2012, 529–538 (2012)

20. Ts. Kolev, I.V. Kityk, J. Ebothe, B. Sahraoui, Intrinsic hyperpolarizability of 3-diacynomethylene-5,5-dimethyl-1-[2-(4-hydroxyphenyl)ethenyl]-cyclohexene nanocrystallites incorporated into the photopolymer matrices. Chem. Phys. Lett. 443, 309–312 (2007)

21. I.V. Kityk, Band energy structure calculations in semiconductors. Phys. Solid State 33, 1026–1030 (1991)